Multivalency in Heteroternary Complexes on Cucurbit[8]uril-Functionalized Surfaces: Self-assembly, Patterning, and Exchange Processes

Virginia Valderrey,!*[a] Maike Wiemann,!*[b] Pascal Jonkheijm,*[a,b] Stefan Hecht,*[a] and Jurriaan Huskens*[b]

The spatial confinement of multivalent azopyridine guest molecules mediated by cucurbit[8]urils is described. Fluorescent dye-labelled multivalent azopyridine molecules were attached to preformed methyl viologen/cucurbit[8]uril inclusion complexes in solution and at surfaces. The formation of the resulting heteroternary host–guest complexes was verified in solution and on gold substrates. Surface binding constants of the multivalent ligands were two orders of magnitude higher than that of the monovalent one. Poly-L-lysine grafted with oligo(ethylene glycol) and maleimide moieties was deposited on cyclic olefin polymer surfaces and further modified with thiolated methyl viologen and cucurbit[8]uril. Defined micrometer-sized patterns were created by soft lithographic techniques. Supramolecular exchange experiments were performed on these surface-bound heterocomplexes, which allowed the creation of cross-patterns by taking advantage of the molecular valency, which led to the substitution of the monovalent guest by the multivalent guests but not vice versa.

Introduction

Engineered micropatterned surfaces are incorporated frequently in chemical or biological sensors, and therefore the development of new approaches for their construction is of high interest.[1] The assembly of molecules on surfaces by means of non-covalent interactions is widely employed due to the specificity, controlled affinity, and reversibility of these interactions.[2,3] Multivalency allows to tune the binding strength of those non-covalent assemblies by combining several individual interactions, resulting in concomitant increase in affinity as well as thermodynamic and kinetic stability of the complexes on surfaces.[4,5] We have described multivalent systems on surfaces, mainly using adamantane β-cyclodextrin host-guest complexes.[5,6] Our results have shown an increase in binding affinity over several orders of magnitude resulting from the multivalent use of this interaction motif. This change in affinity also affects the dynamics of the surface-bound complex with increasing number of binding sites, going from a reversibly bound guest to a stable, kinetically trapped guest.[4,5]

The position of molecules on a surface in a precise manner can be achieved by using so-called soft lithography techniques.[6–14] The fabrication of two-component microarrayed polymers,[15] particles,[16] carbohydrates,[17] and proteins,[18,19] is mostly achieved using advanced lithographic technologies. Chemically modified bifunctional surfaces can be used to achieve cross patterns.[20,21] In most of these examples, the assembly of guest molecules with a host-functionalized surface is achieved by the formation of binary complexes. Examples involving ternary complexes are, however, more scarce.[22–28] At the same time, the necessity of a third molecule to form the assembly offers new ways to control the density, affinity, reversibility, and dynamics of the assembled complexes. Cucurbit[8]uril (CB[8]) is well-known for the ability to form ternary complexes.[25,26] CB[8] binds electron-deficient methyl viologen with an association constant, K, of 10^7–10^8 M^-1, and the resulting methyl viologen:CB[8] complex can efficiently include a second electron-rich aromatic guest. These ternary complexes were already used to selectively adhere cells, bacteria or proteins to surfaces and releasing them on demand.[27–33]

Multivalent CB[8]-based host-guest complexes have been studied in solution and have been mainly based on polymeric scaffolds.[29,30] Here, we investigate the suitability of azopyridine guests for ternary complexation with CB[8] in solution and different types of surfaces, by using 1H-NMR, isothermal titration calorimetry (ITC), surface plasmon resonance (SPR) spectroscopy, and quartz crystal microbalance with dissipation monitoring (QCM-D) for analysis. After verification of heteroternary

---

[a] Dr. V. Valderrey,* Prof. S. Hecht
Department of Chemistry & IRIS Adlershof
Humboldt-Universität zu Berlin
12489 Berlin (Germany)
E-mail: sh@chemie.hu-berlin.de

[b] Dr. M. Wiemann,* Prof. P. Jonkheijm, Prof. J. Huskens
Molecular Nanofabrication Group, MESA+ Institute for Nanotechnology, Department of Science and Technology
University of Twente
P.O. Box 217, 7500 AE Enschede (The Netherlands)
E-mail: p.jonkheijm@utwente.nl
j.huskens@utwente.nl

[1] These authors contributed equally to this work

Supporting information for this article is available on the WWW under https://doi.org/10.1002/cplu.201900181

This article is part of a Special Issue on “π-Conjugated (Macro)Molecules and their Applications”.

© 2019 The Authors. Published by Wiley-VCH Verlag GmbH & Co. KGaA. This is an open access article under the terms of the Creative Commons Attribution Non-Commercial License, which permits use, distribution and reproduction in any medium, provided the original work is properly cited and is not used for commercial purposes.
complex formation on the surface, the binding enhancement due to multivalency has been studied in detail and investigated by fluorescence microscopy. Microcontact printing and micro-molding in capillaries (μCP and MIMIC) have been used as patterning techniques, offering high versatility and compatibility on the sub-micrometer level.[36] The combination of multivalent binding and these surface patterning techniques, allowed us to create cross-patterns of multivalent azopyridine molecules on methyl viologen-CB[8]-based self-assembled monolayers (SAMs), which is indicative for enhanced binding.

Results and Discussion

The synthesis of the photoswitchable azopyridine scaffold was performed according to described procedures.[37,38] Subsequently, the azopyridine unit was functionalized with a tetra (ethylene glycol) chain, which provides water solubility, resulting in molecule 1 (Figure 1).[31] Dimeric and trimeric azopyridine molecules were synthesized by the initial functionalization of 1 through ring-opening of succinic anhydride, followed by reaction of the corresponding carboxylic acids with either N-Boc-serinol or Boc-protected aminotris(hydroxymethyl)methane, to obtain dimeric and trimeric azopyridine molecules, respectively. The following Boc-deprotection of these multivalent azopyridines with trifluoroacetic acid provided the corresponding trifluoroacetates 2 and 3. Monovalent rhodamine- and fluorescein-functionalized azopyridines 5a and 5b were formed via an esterification reaction of 1 with rhodamine B and the addition of glycine-substituted 1 to fluorescein isothiocyanate, respectively. Treatment of molecules 2 and 3 with base followed by reaction with fluorescein isothiocyanate, afforded the fluorescein-labelled dimer 6 and trimer 7. Gold or polymeric surfaces were functionalized (processes described below) with the thiol-substituted methyl viologen derivative 4b, which was synthesized as previously reported in the literature (Figure 1).[36] Additional details of the synthetic procedures have been described in the Supporting Information.

The formation of the heteroternary complex 1·4a·CB[8] in aqueous solution was initially studied by 1H-NMR titration experiments (Figure 2a, Figure S1 in the Supporting Information). Upon addition of increasing quantities of 1 to a 0.1 mM solution of 4a·CB[8] in PBS, slight upfield shifts for the aromatic proton signals of the azopyridine monomer 1. [CB[8]]= [4a]= 0.1 mM, [1]= 1.0 mM.

Moreover, the aromatic proton signals of the azopyridine 1 became broad and upfield-shifted as compared to the previously formed 1:1 complex 4a·CB[8] were observed.

Figure 1. Chemical structures of the azopyridine derivatives with different valences 1, 2, and 3, methyl viologen derivatives 4a and 4b, CB[8] macrocycle and rhodamine/fluorescein-labelled azopyridine monomers 5a and 5b and multivalent azopyridines 6 and 7 used in this study.
aromatic guest moieties. These results are in agreement with the previously reported formation of analogous complexes involving other azobenzene molecules.\textsuperscript{22} Two-dimensional \( ^1 \)H-NMR experiments also supported the formation of the heteroternary inclusion complex (Figure S2) as evidenced by the NOE cross-peaks between the protons of \( 4 \) and the aromatic protons of the azopyridine moiety of \( 1 \). The interaction of azopyridine \( 1 \) with the inclusion complex \( 4 \subset CB[8] \) was further confirmed by UV/Vis titration experiments. Upon addition of \( 4 \subset CB[8] \), a decrease in the absorbance accompanied with a red-shift of the \( \pi \rightarrow \pi^* \) band of \( 1 \) was observed. An isosbestic point at around 365 nm indicates the formation of a new supramolecular species that we ascribe to the ternary complex \( 1 \cdot 4 \subset CB[8] \) (Figure 2b). The intrinsic binding constant for the formation of the heteroternary inclusion complex with the monomer \( 1 \) was estimated using ITC experiments (Figures 2c and S3). An equimolar mixture containing the preformed \( 4 \subset CB[8] \) complex ([\( 4 \subset CB[8] \)] = 0.1 mM) was titrated with a solution of \( 1 \) ([\( 1 \)] = 1.0 mM) in PBS. The observed exothermic binding curve has an inflection point at a molar ratio of one indicating the formation of a 1:1 assembly. The data fitting of the titration to a 1:1 binding model gave an association constant \( K_{1 \cdot 4 \subset CB[8]} = (1.7 \pm 0.1) \times 10^4 \text{ M}^{-1} \), in line with values found for similar complexes.\textsuperscript{33}

Surface experiments were performed on two different types of surfaces depicted in Scheme 1 (experimental details given in Supporting Information). The first type of surface consists of a mixed SAM of thiols on gold (surface type 1, Scheme 1, top). Type 1 surfaces were fabricated by incubation of gold sensors with a mixture of antifouling oligo(ethylene glycol) alkanethiols, 1% of which contained a maleimide group.\textsuperscript{39,40} Surfaces of type 2 were fabricated on cyclic olefin polymer (COP) platforms coated with a SAM of poly-L-lysine grafted with 20% oligo(ethylene glycol) and 3% maleimide-oligo(ethylene glycol) (PLL-OEG-Mal). For COP substrates (surface type 2), the surface was exposed to oxygen plasma to assure good surface wettability and electrostatic adhesion of PLL-OEG-Mal to the COP substrates\textsuperscript{41} (see Scheme 1 ii). The electrostatic adsorption of the PLL-OEG-Mal was monitored with QCM-D (Figure S4). The maleimide moieties of type 1 and type 2 surfaces were then functionalized by a Michael addition with thiol-substituted methyl viologen \( 4b \). Successful immobilization of CB[8] and the formation of ternary complexes on those surfaces has been verified by QCM-D control experiments (Figures S5 and S6) and revealed results comparable to previously reported examples.\textsuperscript{33}

The stepwise formation of the different layers was monitored by water contact angle goniometry (see Supporting Information for more details, Figure S7). A change in the
polymers, the PLL-gold surface as constant for the formation of the heteroternary complex on the concentration of water contact angle increased from 8.0° with a 100 M solution of CB[8], ([CB[8]) concentration-dependent interaction of 2 (25, 50, 100, 250, 500, 1000 μM), depicted by squares (+) and ii) subsequent rinsing steps with 100 μM 4a·CB[8] depicted by circles (●). (b) Change in angle shift vs concentration of the multivalent azopyridines: monomer 1, dimer 2 and trimer 3 (1:1 Langmuir fits are shown) according to their SPR sensograms where $K_i$ is the estimated association constant.

In order to form more stable complexes and to gain insight into the effect of multiple azopyridine binding units on the overall stability of these supramolecular assemblies, we performed similar surface binding experiments with bi- and trivalent azopyridines (Figures S9 and S10). SPR measurements were performed in a similar manner as the ones described for the monovalent system (vide supra). After adding increasing concentrations of 2 to the system (ranging from 0.002 mM to 0.1 mM) the overall estimated binding constant was $K_{2·CB[8]} = 6.7 \times 10^3 \text{ M}^{-1}$ (Figure S9). This value is two orders of magnitude higher than the one of the monovalent interaction on the same type of platform confirming that both azopyridine units are involved in binding to the platform. The binding constant of 3 ($K_{3·CB[8]} = 0.1 \times 10^3 \text{ M}^{-1}$) is of the same order of magnitude as the one of 2, which suggests that (only) bivalent binding prevails for binding the trivalent guest to the 4b·CB[8] SAM (Figure S10). Mismatches between the steric requirements to bind all three guest moieties of the trivalent guest to the surface may be a possible explanation for the lower than expected binding affinity and stoichiometry.

Once we confirmed the formation of the ternary complexes both in solution and on surfaces and showed that the di- and trivalent guests give a stronger binding affinity on the surface than the monovalent one, we investigated the lithographic patterning of the ternary molecular assemblies on duly functionalized cyclic olefin polymer (COP) surfaces, using fluorescence microscopy as the read-out method. To this aim, the fluorescent molecules 5, 6, and 7 were used as guests. As platforms, COP surfaces were employed (Scheme 1, surface type 2) to avoid the well-known quenching effect that gold induces on the emission of fluorescence-labelled molecules adsorbed at distances below 50 nm of the surface. COP substrates, modified with PLL-OEG-Mal and subsequently reacted with thiol-modified viologen 4b, were incubated with a 50 μM solution of CB[8] to form the binary complex 4b·CB[8] followed by the printing of the fluorescent guest molecules. Alternatively, the fluorescent guest was simultaneously adsorbed to the surface with CB[8], by using a solution that contained both molecules in a 1:5 (guest site:CB[8]) molar ratio to ensure heteroternary complex formation.

Microcontact printing (μCP) and micromolding in capillaries (MIMIC) were used to pattern the PLL-OEG-Mal-4b·CB[8]-modified COP (surface type 2) substrates with micrometer-scale structures. Polydimethylsiloxane (PDMS) stamps were adequately cut and used following standard procedures for each lithographic technique. For μCP, (regular, non-treated) PDMS stamps were inked for 15 min with a 10 μM aqueous solution of the respective fluorescent guest and placed into contact with the CB[8]-functionalized COP substrates for 5 min. After removing the stamp and rinsing with water, fluorescence microscopy images were recorded (Figure 4).

For MIMIC experiments, the PDMS stamps were placed with the channels facing the surface, and conformal contact between the PDMS stamp and the COP surface was ensured. For this technique PDMS stamps with channels were filled, driven by capillary forces, with a 10 μM solution of the fluorescent guest, which was allowed to incubate for 5 min. After removing the stamp and rinsing with water, fluorescence microscopy images were recorded (Figure 5).
rhodamine-functionalized guests gave less background nonspecific interactions. Generally, the incubation of modified COP surfaces resulting in patterns without consideration of MIMIC, azopyridine guests were printed on charged surface components, but distinct patterns were observed with complementary surface components. tentatively explained by electrostatic interaction of the fluorescent dye with other complementary surface components. significant desorption from the surface, neither for the monovalent guests nor the multivalent guests 6 and 7, indicating that the patterns are indeed stable.

Finally, we were interested to explore how the different valencies of the fluorescent guests can be used to fabricate more complex cross-patterns. The assembly of two differently fluorescently labelled guest molecules in an orthogonal fashion resulted in fluorescent cross-patterns, which were produced via two sequential deposition steps. In the initial step, a first guest was patterned using microcontact printing (Figure 6, left top panels, horizontal lines) according to the procedure explained above. In the subsequent step, a second guest was deposited, using MIMIC (for 5 min), on top of and orthogonal to the line patterns of the first guest (Figure 6, in vertical lines). Hereto, a second PDMS stamp was placed perpendicular on the same COP surface, and the contact of the solution with the second guest, delivered through the PDMS channels of the MIMIC stamp, provided competition between the first and second...
guest in the cross-patterned areas. This procedure allowed us to observe clear cross-patterns of monovalent and multivalent molecules functionalized with different fluorophores (Figure 6). The cross-patterns appeared as a result of competition between the first and second guest in the areas where exchange was possible. The line pattern of monomer 5a followed by the line pattern after perpendicular patterning of dimer 6 and trimer 7 is shown in Figures 6a and 6b. Both images show a checkerboard pattern after the second incubation step, which we attribute to a lower coverage of monomer 5a. When the order of guest incubation was reversed, i.e., the stronger interacting guest by μCP followed by MIMIC of the lower affinity monomer 5a, we expected only marginally diminished fluorescence intensities of dimer 6 and trimer 7 before and after deposition of monomer 5a. Figure 6c has also a checkerboard pattern, but green fluorescence of dimer 6 remained visible, which is indicative for remaining divalent complexes at the surface. No checkerboard pattern was observed after deposition of the monomer 5a onto the trimer 7 (Figure 6d). However, red fluorescence was observed partially due to physisorbed molecules on top of surface-bound trimer 7 (Figure 6d).

Based on the results presented above in mind, showing that rinsing does not lead to desorption from the surface (at least over a timeframe of 5 min), we can conclude that the exchange process, which does occur at this timescale, is guest-driven. This competition between the surface-bound molecules that are occupying the 4b⊂CB[8] binding cavities and molecules in solution introduced during the MIMIC step appears to be in favor of those with the higher valency since they are able to form thermodynamically more stable complexes on the surface. This is also supported by the reverse experiments, where no exchange was observed upon the deposition of multivalent guests first followed by monomer 5a.

Thus, we can employ the enhanced stability of multivalent guests compared to monovalent guests in patterning and exchange processes to obtain well-defined areas using the ternary CB[8] complexes as the interaction motif.

Conclusion

We have demonstrated that heteroternary complexes can be successfully formed in solution and on self-assembled surfaces providing complexes with similar binding strengths as in solution. The formation of multivalent heteroternary complexes involving dimeric and trimeric azopyridine guests was also achieved on gold surfaces, and the association constants estimated by SPR allowed us to quantify a binding enhancement of two orders of magnitude upon going from a monovalent to a divalent interaction. This demonstrates the efficiency of the use of multivalency to achieve the formation of thermodynamically highly stable complexes on CB[8] surfaces. Multivalent azopyridine molecules labelled with different fluorophores were used to create micrometer size patterns on 4b⊂CB[8] functionalized antifouling SAMs on COP surfaces. Microcontact printing and micromolding in capillaries were used to self-assemble the multivalent fluorescent molecules on surfaces, and both lithographic methods proved to be adequate to produce clear and reproducible patterns on the micrometer scale. The different valency as well as fluorescence of the guests were exploited for the creation of cross-patterned surfaces. The enhanced binding of multivalent guests on CB[8] surfaces allowed us to deposit and to replace specific molecules in defined positions on these surfaces.

Overall, our surface-immobilized CB[8] ternary complexes can reversibly bind electron-rich guest molecules leading to appropriately tuned surface properties. In addition, the azopyridine molecules used here could function as photoswitches, potentially providing access to light-responsive patterned substrates. Such controlled reversibility and photoresponsive properties give rise to potential applications including sensor surfaces or reusable templates for compound detection. The usage of 4b⊂CB[8] thus effectively maintains the material density on different types of surfaces and enhances the stability of the functional surface. These self-assembled COP platforms, compatible with fluorescence microscopy, can be used to develop photo-responsive smart surfaces where the diffusion of the fluorescent molecules can be controlled with light. Moreover, the formation of micrometer-sized fluorescent patterns with light is currently under development in our laboratories by taking advantage of the different thermal half-lives of azobenzene and azopyridine molecules.

Experimental Section

Experimental details of synthetic procedures and compound characterization, ITC experiments, surface preparation, SPR and QCM-D experiments, contact angle and fluorescent microscopy data of control experiments.

Acknowledgements

V.V. is indebted to the Alexander von Humboldt Foundation for providing a postdoctoral fellowship. M.W. is supported by the Netherlands Organization for Scientific Research (NWO) (NWO-VIDI 723.012.106 to P.J.). Generous support by the German Research Foundation (DFG via SFB 765) is gratefully acknowledged. Emanuela Cavatorta and Almudena Marti Morant are acknowledged for the synthesis of thiolated methyl viologen (4b) and PLL-OEG-Mal, and Jacopo Movilli and Daniele Di Iorio are acknowledged for their helpful discussions.

Conflict of Interest

The authors declare no conflict of interest.

Keywords: azopyridines · cucurbiturils · heteroternary complexes · host-guest complexation · multivalency

[1] A. Kumar, H. A. Biebuyck, G. M. Whitesides, Langmuir 1994, 10, 1498–1511.
